Source of inaterial: Single crystals were obtained by heating a mixture of overall composition "K2Nd2Mo40n" (starting materials: K2M0O4, НёгОз, МоОз and Mo) in a sealed molybdenum crucible at about 1980 К for 48 hours. The crucible was then cooled at a rate of 1(Ю K/h down to 13(Ю К and finally furnacecooled to room temperature. The absence of potassium in the crystals was checked by qualitative microanalyses using a JEOL JSM-35 CF scanning electron microscope equipped with a Tracor energy-dispersive-type X-ray spectrometer. 
